- Antitumor activity of antisense oligonucleotide p45\textsuperscript{ase} in soft palate carcinoma cell squamous in vitro
- Evaluation of local muscle soreness treatment with anterior bite splint made of soft putty impression material
- Unidentified angular recurrent ulceration responsive to antiviral therapy
### CONTENTS

<table>
<thead>
<tr>
<th>Number</th>
<th>Title</th>
<th>Authors</th>
<th>Page</th>
</tr>
</thead>
<tbody>
<tr>
<td>1</td>
<td>Patient’s expectation on communication performances community of Dental Health Services providers located in urban and rural area</td>
<td>Taufan Bramantoro and Ninuk Hariyani</td>
<td>1–4</td>
</tr>
<tr>
<td>2</td>
<td>Changes in setting time of alginate impression material with different water temperature</td>
<td>Decky J. Indrani and Niti Matram</td>
<td>5–8</td>
</tr>
<tr>
<td>3</td>
<td>Bactericidal and cytotoxic effects of <em>Erythrina fusca</em> leaves aquadest extract</td>
<td>Janti Sudiono, Ferry Sandra, Nadya Saputri Halim, Timotius Andi Kadrianto and Melinia..</td>
<td>9–13</td>
</tr>
<tr>
<td>4</td>
<td>The role of inducible Nitric Oxide Synthase in teeth periapical lesions immunopathogenesis caused by <em>Enterococcus faecalis</em></td>
<td>Tamara Yuanita, Latief Mooduto and Kuntaman</td>
<td>14–17</td>
</tr>
<tr>
<td>5</td>
<td>Antitumor activity of antisense oligonucleotide p45&lt;sup&gt;5bp2&lt;/sup&gt; in soft palate carcinoma cell squamous in vitro</td>
<td>Supriatno, Sartari Entin Yuletunawati and Iwa Sutardjo Rus Sudarso</td>
<td>18–22</td>
</tr>
<tr>
<td>6</td>
<td>Evaluation of local muscle soreness treatment with anterior bite splint made of soft putty impression material</td>
<td>Harry Laksono dan Sherman Salim</td>
<td>23–29</td>
</tr>
<tr>
<td>7</td>
<td>Unidentified angular recurrent ulceration responsive to antiviral therapy</td>
<td>Rahmi Antha and Siti Aliyah Pradono</td>
<td>30–34</td>
</tr>
<tr>
<td>8</td>
<td>The inhibition of malignant epithelial cells in mucosal injury in the oral cavity of strains by pomegranate fruit extract (<em>Punica granatum linn</em>) through Bcl-2 expression</td>
<td>Sri Hernawati</td>
<td>35–38</td>
</tr>
<tr>
<td>9</td>
<td>Shear strength of orthodontic bracket bonding with GIC bonding agent after the application of CPP-ACPF paste</td>
<td>Melissa Budipramana, Thalca Hamid and Sianiwati Goenharto</td>
<td>39–44</td>
</tr>
<tr>
<td>10</td>
<td>Hemolysin activities as virulence factor of <em>Enterococcus faecalis</em> isolated from saliva and periapical abscess (gene detection by PCR)</td>
<td>Dewa Ayu N.P.A, Sari Dewiyani and Desy Sulistiya Ashari</td>
<td>45–49</td>
</tr>
<tr>
<td>11</td>
<td>Effect of <em>Citrus aurantifolia swingle</em> essential oils on methyl mercaptan production of <em>Porphyromonas gingivalis</em></td>
<td>Anindya Prima Yusinta, Ivan Arie Wahyudi and Anne Handrini Dewi</td>
<td>50–54</td>
</tr>
</tbody>
</table>
Changes in setting time of alginate impression material with different water temperature

Decky J. Indrani and Niti Matram
Department of Dental Material
Faculty of Dentistry, Universitas Indonesia
Jakarta – Indonesia

ABSTRACT

Background: Previous studies showed that setting process of alginites can be influenced by temperature. Purpose: To determine the changes in setting time due to differences in water temperature and to determine the correlation between water temperature and the setting time. Methods: Seven groups of dough alginate were prepared by mixing alginate powder and water, each using a temperature between 13° C–28° C with a interval of 2.5° C. A sample mold (θ = 30 mm, t = 16 mm) was placed on a flat plate and filled with dough alginate. Immediately the flat end of a polished acrylic rod was placed in contact with the surface of dough alginate. Setting time of alginate was measured from the starting of the mix to the time when the alginate does not adhere to the end of the rod. Setting time alginate data were analyzed using one way ANOVA, LSD and Pearson. Results: Setting time of alginate with water temperature between 13° C–28° C were 87 to 119.4 seconds and were significantly different (p < 0.01). The setting time between group were also significantly different (p<0.01). There was an inverse correlation between water temperature and the setting time (r = -0.968). Conclusion: Water temperature between 13° C–28°C with a difference of 2.5° C produced significant differences in alginate setting time; the lower the water temperature being used the longer the setting time was produced.

Key words: Alginate, water temperature, setting time, polimerization

Correspondence: Decky J. Indrani, c/o: Departemen Ilmu Material Kedokteran Gigi, Fakultas Kedokteran Gigi Universitas Indonesia. Jl. Salemba Raya No 5. Jakarta 10430, Indonesia. E-mail: decky@ui.ac.id
INTRODUCTION

Alginates are the most commonly used impression material to reproduce teeth and its surrounding tissue. Popularity of alginate is related to its ability to reproduce detailed anatomical impression of teeth and its surrounding tissue, when it is manipulated well. Internship students in the teaching hospital are not yet able to manipulate alginate well and thus not yet able to produce alginate dough with good consistency; whereas, students are expected to produce detailed and complete impression of teeth and other tissues. Alginate dough produced by the students are often set too fast when used to make impression in the mouth, or even set far before it is used to make impression. A study showed that room temperature without air conditioning, ranging from 24º C–31º C, contributed to alginate’s setting time. In such condition, students often need to reduce the amount of alginate powder or add more water than what is recommended by the factory to delay alginate setting time. These methods will reduce mechanical strength of the alginate impression.

Alginates are salts from alginic acid that is obtained from brown algae. Alginic acid is part of organic polymers from polysaccharide family, composed of two units β-L-guluronate monomers (G unit) and α-D-mannuronate (M unit) with combination of [GM-MG]n. Processed alginates contain cation, e.g. K²⁺, Na⁺, Ca²⁺, which is used as primary components in alginate impression material. Apart from that, alginate impression material also contains other components, i.e. calcium sulfate salts (CaSO₄), monovalent retarder natrium triphosphate (Na₅PO₄) and potassium alginic (K₉nAlgmic). All components take part in the setting process of alginates.

The setting process of alginates contains of series of reaction. The first reaction series, polymerization and gelation, may be influenced by the size of alginates’ particles and/or retarder concentrations. Manipulating retarder concentrations are the most reliable and controlled method to delay the setting time of alginates. Such method can only be done during the fabrication of alginate powders. The easiest method to delay the setting time of alginates and prolong manipulating time is to use slow setting type of alginates; such type provides prolonged setting time than the normal one. If such type is not available, the normal one may still be used with water temperature lower than 80°F (± 28°C), as recommended by the manufacturer. The use of relatively low water temperature is important since it reduces collision among molecules in chemical reaction. The amount of the collision between substances’ molecules reacted in time unit determines the rate of chemical reaction. The less collision will slower the chemical reaction and thus the completion of the chemical reaction will have longer time. In such case, the application of lower water temperature will enable longer setting time.

Previous research has studied about the influence of temperature on the setting time of alginate. The research studied water with 10º C difference of temperature to mix alginates. Water temperature during the mixing of alginates is highly sensitive; even small difference of temperature may change the rate of the setting process of alginates. The present study has used water temperature difference lower than 10º C, i.e. 2.5º C, in order to obtain detailed impression results. Water temperature used were between 13º C to 28º C; this was because the laboratory temperature without air conditioning was approximately 28 (±1)º C and the lowest temperature achieved by adding ice cubes was 13 (±1)º C. Therefore, the study aimed to determine the changes in setting time due to differences in water temperature between 13º C to 28º C and to determine the correlation between water temperature and the setting time.

MATERIALS AND METHODS

Firstly, alginate dough was prepared according to its manufacture direction. A part (equivalent to 6.5 gram) of alginate powders with normal setting type (New Kromopan, Schultz Science Dental Product, Jerman, no. batch 015038011062) and water (equivalent to 17 ml) were put in a plastic bowl, then mixed and pushed with spatula to the wall of the bowl to get a homogenous dough. Water temperature ranged between 13º–28º C with 2.5º C interval; there were 7 groups with different water temperature to make the dough.

The test of alginate setting time followed ADA specification No. 18. Specimen molds were made from plastic cylinder (pipe) with 30 mm in diameter and 16 mm in height placed in glass plate. Alginate dough in each group was poured into one specimen mold. The excess dough was cleaned and the contact of alginate with acrylic with 10 cm in length and 6 mm in diameter was placed in contact to the surface of the specimen. Alginate dough stuck to acrylic stick was cleaned and the contact was repeated with 10 seconds time interval. The setting time of alginate was counted from start of alginate mixing to alginate well and thus not yet able to produce alginate dough. At the correlation between water temperature and the setting time.

RESULTS

The setting time of alginate with water temperature between 13º–28º C was shown in the Table 1. It showed that water temperature between 13º C–28º C produced various setting time of alginate, ranging from 87 seconds to 119.4 seconds. The longest difference of alginate setting time was 8.8 seconds, produced by temperature 25.5º C and 28º C, while the shortest time difference was 3.8
Matram and Indrani: Changes in setting time of alginate impression material with different water temperature

seconds, i.e. between 15.5°C and 18°C. Time difference in alginate setting time among seven groups ranged between 3–10%. The relationship between water temperature and alginate setting time was shown Figure 1.

It showed that the shortest alginate setting time was at 28°C, while the longest was at 13°C (Figure 1). This showed that the relationship between water temperature and setting time was inversely proportional.

One way ANOVATest showed that the setting time of alginites in different water temperature were significantly different (p<0.01). LSD test showed that the setting time between each temperature group were also significantly different (p<0.01). Pearson’s test proved that there was significantly inverse correlation between water temperature and the setting time (r = -0.968).

### DISCUSSION

Longer set of alginate in the application of lower water temperature indicated that there was a delay in the setting time of alginate. Prolonged set of alginate has already started since alginate powder is wet with water until the alginate turns into irreversible hydrocolloid gel. Chemically, prolonged setting process may occur at the early stage of chemical reaction, polymerization stage and gelation stage. Early reaction that takes place since the mixing of alginate powder with water triggers chemical reaction between CaSO₄ with Na₃PO₄ retarder in the alginate powder, as reaction-1 below:  

\[
3 \text{CaSO}_4 + 2\text{Na}_3\text{PO}_4 \rightarrow \text{Ca}_3(\text{PO}_4)_2 + 3\text{Na}_2\text{SO}_4 \tag{Reaction-1}
\]

The reaction occurs continuously as long as there is retarder in reaction-1. Retarder maintains [GM-MG]n polymers to stay in water soluble form. In such case, reaction-1 delays the next reaction to take place. After all of retarder (Na₃PO₄) reacts in the reaction-1, then reaction-2 takes place as follow:

\[
n \text{CaSO}_4 + K_2n\text{Alginat} \rightarrow n\text{K}_2\text{SO}_4 + \text{Ca}_n\text{Alginat} \tag{Reaction-2}
\]

Since there is no more retarder in reaction-2, CaSO₄ reacts with K₂nAlginic to produce CaₙAlginic (calcium alginic/alginate). Physically, reaction-2 is the alginate polymerization, which is the merging of [GM-MG]n polymers into alginate that is cross-linked.  

Cross-linked alginate occurs with the existence of CaSO₄ as the source of calcium ions (Ca⁺) to bind [GM-MG]n alginic.  

Beside delaying reaction-1 and reaction-2, the application of lower water temperature may also delay alginate gelation. At the early gelation, the alginate formed is still water soluble. Therefore, at the contact with acrylic bar, alginate still stucked to the bar. After passing the high

**Figure 1.** The setting time of alginate was longer in the application of water with lower temperature.

**Table 1.** Setting time of alginate impression material with water temperature between 13°C-28°C

<table>
<thead>
<tr>
<th>Water temperature (°C)</th>
<th>n</th>
<th>Setting time (second)</th>
</tr>
</thead>
<tbody>
<tr>
<td>28.0</td>
<td>10</td>
<td>87.0 ± 1.83</td>
</tr>
<tr>
<td>25.5</td>
<td>10</td>
<td>95.2 ± 2.82</td>
</tr>
<tr>
<td>23.0</td>
<td>10</td>
<td>100.7 ± 2.56</td>
</tr>
<tr>
<td>20.5</td>
<td>10</td>
<td>107.6 ± 2.42</td>
</tr>
<tr>
<td>18.0</td>
<td>10</td>
<td>111.9 ± 2.81</td>
</tr>
<tr>
<td>15.5</td>
<td>10</td>
<td>115.7 ± 2.85</td>
</tr>
<tr>
<td>13.0</td>
<td>10</td>
<td>119.0 ± 2.92</td>
</tr>
</tbody>
</table>

**Figure 2.** Scheme diagram (a) alginate expressed as Guluronat acid (G unit) Manuronat acid (M unit) forming (b) cross-linked at C1 and C4.
viscosity solution stadium, alginate swells and eventually looks like gel-shaped thick paste.\textsuperscript{12,13} At the end of gelation stadium, alginate will no longer water soluble that can not be part. At this condition, alginate does not stick in the acrylic bar.

During the setting process, water temperature influences the efficiency of the collision between molecules in chemical reaction through kinetic effectivity.\textsuperscript{9} The application of higher water temperature gives increasing effect on the efficiency of the collision between reacted molecules and thus produces an effective molecular collision kinetics. On the other hand, the application of lower water temperature produces less effective molecular collision kinetics. Manipulating alginate using water temperature close to 13°C, produces kinetic effectivity of these collision and thus produces prolonged setting time of alginate. In other words, the lower water temperature used to mix the alginate powder, the longer alginate setting time produced.

Alginate setting time in this study could be compared to the previous studies. Referring to ADA,\textsuperscript{10} alginate setting time in normal setting type alginate (with water temperature ±18°C) is ranging from 120 to 390 seconds, other studies,\textsuperscript{9} 102 to 282 seconds, while this study’s result is 87 to 119.4 seconds. Even though the two studies using normal setting type impression material, it is likely that the time differences were contributed by room temperature and/or retarder concentration contained in the alginate. Retarder concentration may vary in every alginate with different trade name, as what is used in the three studies above.

Alginate setting time obtained from this study may be useful for students during alginate manipulation. Students may choose different water temperature based on their skill and competence to prolong setting time. Therefore, less skilled students in impression technique with requirement to produce good alginate impression can still use normal setting alginate type by adjusting water temperature used to mix the alginate.

This study showed that water temperature between 13°C to 28°C with a interval of 2.5°C produced significant differences in alginate setting time; the lower the water temperature used, the longer the setting time produced.

REFERENCES